Phase Transformation and Zinc Extraction from Zinc Ferrite by Calcium Roasting and Ammonia Leaching Process

Zeqiang Xie, Tao Jiang, Feng Chen, Yufeng Guo *, Shuai Wang * and Lingzhi Yang

School of Minerals Processing and Bioengineering, Central South University, Changsha 410083, China;
zeqiangxie@csu.edu.cn (Z.X.); jiangtao@csu.edu.cn (T.J.); csuchenf@csu.edu.cn (F.C.);
yanglingzi@csu.edu.cn (L.Y.)
* Correspondence: yfguo@csu.edu.cn (Y.G.); wang_shuai@csu.edu.cn (S.W.); Tel.: +86-0731-88830346 (Y.G.)

Abstract: Zinc ferrite (ZnFe$_2$O$_4$), one of the major forms of zinc in electric arc furnace dust and zinc leaching residue, is very difficult to chemically dissolve in either acidic or alkaline solutions. It is therefore necessary to study the extraction of zinc from zinc ferrite to achieve the full recovery of the zinc resources. In this paper, CaO was used to degrade the structure of zinc ferrite and then the ammonia leaching method was applied to recover zinc. The thermodynamic analysis indicated that the zinc ferrite could react with CaO to form zinc oxide and dicalcium ferrite. The CaO–Fe$_2$O$_3$–ZnO phase diagram shows that Ca$_2$Fe$_2$O$_5$ can be in equilibrium with ZnO rather than ZnFe$_2$O$_4$ at a higher CaO area. The experimental results indicated that the phase transformation of zinc ferrite, reacted with CaO, to zinc oxide and dicalcium ferrite could be completely achieved with a CaO addition of 2.4:1 (mole ratio). The peaks of zinc ferrite in the X-ray diffraction (XRD) patterns cannot be clearly observed after calcium roasting at 1220 $^\circ$C for 2 h. The ammonia leaching tests showed that the zinc leaching rate was about 90% under optimal roasting conditions.

Keywords: zinc; zinc ferrite; calcium roasting; ammonia leaching; phase transformation

1. Introduction

According to the United States Geological Survey (USGS) statistics, the world’s total zinc reserves are about 250 million tons in 2020 [1]. Zinc is mainly used in the fields of steel, metallurgy, machinery, electricity, chemical industry, light industry, military and medicine [2–5]. The raw materials for zinc extractions include lead-zinc ores, zinc concentrate, and also secondary zinc resources from the smelter output. In the exploitation and consumption of zinc ore, many researchers have focused on the extraction of zinc from zinc-containing wastes, such as zinc-bearing dust in ironmaking and steelmaking [6–11].

Iron and steel enterprises produce a large amount of dust in various processes such as ironmaking, steelmaking and steel rolling, accounting for about 10% of the total steel production. Recently, there has been about 100 million tons of zinc-bearing dust per year in China.

In some steel companies, zinc-bearing dust is put into the sintering process. However, the dust contains high levels of zinc and other harmful elements [12], and direct back-matching causes zinc to be enriched in a continuous cycle, leading to excessive zinc load in the blast furnace, which is harmful to the smooth production and safe longevity. On the other hand, since the quality of zinc-containing dust is far less than that of traditional zinc-making raw materials, the value of zinc extraction is limited and usually cannot be directly used by zinc-making enterprises [13]. The zinc-bearing dust in ironmaking and steelmaking contains a lot of iron and zinc elements, in which the zinc mainly exists in the form of zinc oxide and zinc ferrite (ZnFe$_2$O$_4$), and iron mainly exists as magnetite (Fe$_3$O$_4$), hematite (Fe$_2$O$_3$), wustite (FeO) and zinc ferrite austenite phase [8,13–15]. However, zinc ferrite has a spinel structure, which has considerable stability [16–18]; furthermore, zinc
ferrite is insoluble in water, dilute acid solution, alkali and ammonia solution under normal conditions.

Since the zinc cycle and hazards cannot be avoided in the traditional process mode, the adoption of new specialized disposal processes has become one of the feasible measures. The disposal technologies are the Waelz rotary kiln process, the rotary bottom furnace process, the OxyCup shaft furnace process, the Duisburg Kupferhutte (DK) small blast furnace, etc. [12,19]. The rotary bottom furnace process is mainly used to recover zinc, but the zinc recovery rate is low. Furthermore, some hydrometallurgical processes have been reported to recover zinc from the zinc-containing dust, in which the main phases of zinc are zinc oxides [11,20–25].

At present, the pyrometallurgy process is the main process, and gradually the combined pyrometallurgy-hydrometallurgy process is being used more. A large amount of zinc secondary resources contains high zinc, and the zinc mainly exists in the form of zinc ferrite, and the current recycling utilization rate is extremely low, causing the waste of resources and more serious environmental pollution. There are various hydrometallurgical and pyrometallurgical processes for the decomposition of zinc ferrite, including high-pressure acid leaching, various acids leaching, microwave caustic leaching, alkaline leaching, ammoniac solutions and chloride leaching [17,26]. However, the further treatment of the residues is difficult and causes environmental problems. Furthermore, Na$_2$CO$_3$ roasting and sulphation roasting are used to convert zinc ferrite into soluble zinc and iron compounds at high temperatures [27]. However, the residual alkali metals and sulfur increase the difficulty for further treatment of residues. Developing a clean and efficient comprehensive utilization of the secondary zinc resources technology both has huge economic benefits and significant environmental benefits, and is also a way to solve the structural contradictions of zinc resources in China. Therefore, it is particularly important to develop new ways for zinc ferrite comprehensive utilization of zinc-bearing dust and achieve the recycled utilization of zinc in the factory.

In this paper, the extraction of zinc from zinc ferrite by calcium roasting and the ammonia leaching process was investigated. The thermodynamics of chemical reactions and the phase diagram were analyzed. The microstructure and phases composition of the samples were determined by the X-ray diffraction (XRD) and scanning electron microscope-energy dispersive spectroscopy (SEM-EDS) techniques. The optimized parameters of the process were studied and proposed. This study can provide the technical basis for further research on the high content of the zinc ferrite phase for the comprehensive utilization of zinc dust.

2. Materials and Methods

2.1. Materials

Zinc ferrite is a mineral formed in industrial production and has not been found in nature, thus we used synthetic zinc ferrite as raw material in the following experiments. We prepared the synthetic zinc ferrite as follows [28]. Firstly, zinc oxide and iron oxide were thoroughly mixed with a molar ratio of 1:1. The mixture was placed into a muffle furnace and roasted at 1000 °C for 4 h. Then, the roasted samples were ground to particles and passed through a 200 mesh Taylor standard sieve. The samples were washed in 1 mol/L dilute hydrochloric leaching at a temperature of 40 °C and a leaching time of 1 h. After repeatedly washing three times again, the leaching residue was placed in a muffle furnace for roasting at 1000 °C for 4 h. The synthetic reaction equation is Equation (1):

$$Fe_2O_3(s) + ZnO(s) \rightarrow ZnFe_2O_4(s)$$ (1)

The XRD patterns of the prepared zinc ferrite sample are shown in Figure 1. The chemical composition of the zinc ferrite sample is listed in Table 1. The chemical composition of zinc ferrite was determined by the chemical analysis method according to a Chinese standard GB/T 8151.1-2012 and GB/T 8151.3-2012 [29,30]. The deviations are less than 0.3 wt.%.
Crystals 2022, 12, x FOR PEER REVIEW 3 of 15

The position of zinc ferrite was determined by the chemical analysis method according to a Chinese standard GB/T 8151.1-2012 and GB/T 8151.3-2012 [29,30]. The deviations are less than 0.3 wt.%

Figure 1. XRD patterns of prepared zinc ferrite.

Table 1. The chemical composition of zinc ferrite sample (wt.%).

| Element | Zinc (Zn) | Iron (Fe) | Oxygen (O) |
|---------|-----------|-----------|------------|
|         | 27.11     | 46.28     | 26.61      |

According to the results in Figure 1 and Table 1, the zinc and iron element contents of the zinc ferrite sample are very close to the theoretical content of zinc ferrite (27.12 wt.% and 46.33 wt.%). Thus, it can be inferred that the purity of the prepared zinc ferrite sample was enough for the following experiments.

2.2. Experimental Methods

(1) Roasting experiment: the roasting tests were conducted in a muffle furnace (HF-Kejing, Hefei, China) with silicon carbide heating elements. The synthetic zinc ferrite powder (2.5 g) and analytical purity CaO powder were mixed thoroughly at the designed ratios. The mixture was mixed with a small amount of water and pressed into cylindrical pellets ($\Phi 10 \text{mm} \times 10 \text{mm}$). Then, the dried pellets were placed into the tube furnace, and the tube furnace was heated to the designed temperature and roasted for a planned duration under an air atmosphere. Then, the roasted samples were taken out for subsequent tests and analysis.

(2) Leaching experiment: The roasted samples were ground into particles and sieved with a 200 muse Taylor standard sieve to make the powder less than 74 µm in size. As illustrated in Figure 2, the leaching experiments were conducted in a 250 mL beaker heated in a water bath at a target temperature [31]. The leaching procedure was initiated by pouring 100 mL of the required concentration ammonia leaching agent into a 250 mL beaker with a plastic film covered. Then, the leaching agent was heated to the experimental temperature with stirring. Time was counted when the samples were added to the leaching beaker. After the required leaching duration ended, the leachate was separated from the residue by vacuum filtration and analyzed. The leaching conditions were kept constant as follows: the total ammonia concentration was 6 mol/L, the mole ratio of NH₄Cl to NH₃•H₂O was 1:1, the leaching temperature was 40 °C, the solid–liquid ratio was 20 g/L, the stirring speed was 350 r/min and the leaching time was 3 h. Each group of analyses was repeated three times and the average value was taken as the final data.
where the concentration of zinc in the filtrate, g/L; V is the volume of filtrate, L; M is the total mass of the sample, g; Z is the zinc content of the sample.

The leaching ratio of zinc (\(\varphi\)), which is the maximal theoretical value of zinc leaching rate by ammonia leaching, is calculated as Equation (2):

\[
\varphi = \frac{F \times V}{M \times Z} \times 100\% 
\]  

where F is the concentration of zinc in the filtrate, g/L; V is the volume of filtrate, L; M is the total mass of the sample, g; Z is the zinc content of the sample.

3. Results and Discussion

3.1. Thermodynamic Analysis

In this study, the CaO was added to zinc ferrite to break the crystal structure of zinc ferrite. The thermodynamics of the chemical reaction was analyzed and listed in Equation (3).

\[
\text{ZnFe}_2\text{O}_4 + 2\text{CaO} = \text{ZnO} + \text{Ca}_2\text{Fe}_2\text{O}_5 \\
\Delta G = -16.901T - 27880 \text{ (J/mol)} 
\]  

Reaction 4 shows that ammonia can form ammonia complexes with zinc oxide.

\[
\text{ZnO} + n\text{NH}_3\cdot\text{H}_2\text{O} = [\text{Zn(NH}_3)_n]^2^+ + 2\text{OH}^- 
\]  

In addition, the generated \(\text{Ca}_2\text{Fe}_2\text{O}_5\) is insoluble in the leaching process, eventually, \(\text{Ca}_2\text{Fe}_2\text{O}_5\) can be used as a sintering raw material and steelmaking solvent. After processing, zinc leach liquor can be used as the raw material for zinc electrodeposition.
the database “FactPS” and “FToxid”. As shown in Figure 3, the ZnO and Ca$_2$Fe$_2$O$_5$ can be stable coexistence without ZnFe$_2$O$_4$ at 1200 °C. The dashed line is the theoretical formation of ZnFe$_2$O$_4$. There is no “ZnFe$_2$O$_4$” in the “ZnO+CaFe$_2$O$_5$+CaO” area when the mole ratio of CaO:ZnFe$_2$O$_4$ is about 2:1. Thus, we chose a selection of ratios larger than the theoretical value of 2 in our study.

![Figure 3. Isothermal section diagram of CaO-ZnO-Fe$_2$O$_3$ at 1200 °C.](image)

3.2. Phases Compositions of the Roasted Samples

The effects of CaO addition on the phase transformation of zinc ferrite were studied at 1220 °C for 2 h. The CaO powder and zinc ferrite were mixed in the molar ratios of 2.0:1 to 2.7:1. To study the phase transformation of zinc ferrite after calcified roasting, the XRD technique was carried out on the roasted samples. The results are shown in Figure 4.

As illustrated in Figure 4, with the increase of CaO addition, the peaks of zinc ferrite gradually become weakened, and the diffraction peaks of calcium ferrite and zinc oxide gradually increased. When the ratio is 2.3:1, zinc ferrite still has obvious diffraction peaks, indicating that zinc ferrite is not completely transformed. When the ratio was 2.4:1, the diffraction peaks of zinc ferrite disappeared, indicating that when the ratio of n (CaO)/n (ZnFe$_2$O$_4$) was 2.4:1 and roasted at 1220 °C for 2 h, almost all zinc ferrite react with CaO and convert to ZnO and Ca$_2$Fe$_2$O$_5$.

The reaction of zinc ferrite and calcium oxide is almost completely transformed into ZnO and Ca$_2$Fe$_2$O$_5$, and the system reaches equilibrium when CaO/ZnFe$_2$O$_4$ (mole ratio) is 2.4:1. Therefore, the ratio of CaO addition should be above 2.4:1 to completely transform zinc ferrite. Due to the solid–solid reaction, the diffusion rate is slow, which may be a restrictive link in the reaction. The essence of the reaction is of cation and anion migration replacement, which must contact each other to react; therefore, the CaO addition amount...
should be excessive than the theory of consumption. Thus, the suitable addition of CaO should be 2.4:1.

The effects of roasting time on the phase compositions of samples were also studied. The mole ratio of CaO and zinc ferrite was fixed at 2.4:1, the roasting temperature was kept at 1220 °C, roasting time was 0.5 h, 1 h and 2 h. The phase composition of the roasted samples is shown in Figure 5; the peaks of the zinc ferrite phase in the roasting product after roasting for 0.5 h still can be observed, which indicates that zinc ferrite is not completely transformed at this time, but the calcium ferrite phase appeared, which may be due to element migration and displacement in the contact part of the solid–solid reaction, but not completely carried out. However, the diffraction peaks of calcium ferrite and zinc oxide are further enhanced with the prolonged roasting time. This may be explained by the
insufficient roasting time leading to incomplete element migration and replacement during the roasting process. After roasting for 2 h, there are no significant diffraction peaks of zinc ferrite in the product, indicating that the extension of time is conducive to the element migration and replacement reaction of the solid–solid reaction. In general, the element diffusion and migration between the reactants are the limiting factors in the reaction dynamics of the solid–solid reaction [33]. Therefore, to ensure the diffusion of elements, a certain roasting time must be guaranteed, and a roasting time of 2 h is recommended.

Figure 5. The XRD patterns of roasted samples under different roasting times.

Table 2. Energy spectrum analysis (EDS) analysis of the roasted product with the roasting time of 0.5 h.

Figure 5. The XRD patterns of roasted samples under different roasting times.
According to the phase transformation process of zinc ferrite with the addition of lime, it can be concluded that the formed calcium iron oxide is dicalcium ferrite (Ca$_2$Fe$_2$O$_5$).

3.3. Microstructure and Element Distribution of Roasted Samples

In this part, the microstructure of the roasted samples with various roasting durations is observed by scanning electron microscopy (SEM). Figure 6b–d show microstructures of the calcined products at 1220 °C for calcination time of 0.5 h, 1 h and 2 h, respectively. Tables 2–4 list the energy spectrum analysis (EDS) results of the typical regions in the calcium roasted products under the corresponding roasting time, respectively.

![Figure 6. Scanning electron microscope (SEM) images of roasted products for different time: (a) without roasting, (b) 0.5 h, (c) 1 h, (d) 2 h.](image)

Table 2. Energy spectrum analysis (EDS) analysis of the roasted product with the roasting time of 0.5 h.

| EDS Points | CaO  | Fe$_2$O$_3$ | ZnO  |
|------------|------|-------------|------|
| 1          | wt.% | 40.3        | 57.5 | 2.2  |
|            | mol.%| 65.0        | 32.6 | 2.4  |
| 2          | wt.% | 15.7        | 24.5 | 59.8 |
|            | mol.%| 23.9        | 13.1 | 63.0 |

Table 3. EDS analysis of the roasted product with the roasting time of 1 h.

| EDS Points | CaO  | Fe$_2$O$_3$ | ZnO  |
|------------|------|-------------|------|
| 1          | wt.% | 41.6        | 51.8 | 6.6  |
|            | mol.%| 64.7        | 28.3 | 7.0  |
| 2          | wt.% | 12.7        | 35.5 | 51.8 |
|            | mol.%| 20.9        | 20.5 | 58.6 |

Table 4. EDS analysis of the roasted product with the roasting time of 2 h.

| EDS Points | CaO  | Fe$_2$O$_3$ | ZnO  |
|------------|------|-------------|------|
| 1          | wt.% | 40.7        | 55.1 | 4.2  |
|            | mol.%| 64.6        | 30.8 | 4.6  |
| 2          | wt.% | 1.8         | 3.7  | 94.5 |
|            | mol.%| 2.6         | 1.9  | 95.5 |
As shown in Figure 6, the roasted products are mainly rod-shaped or granular with clear morphology and certain intercalation of different phases. However, as the roasting time increases, the intercalation relationship decreases. Moreover, when the calcination time was 0.5 h and 1 h, the calcined reconstructed products showed different typical regions, namely the white region and grey region. Combined with the energy spectrum analysis results of these typical regions, it could be seen that the white region was mainly ZnO generated by the reaction. The grey area is mainly a mixture of unreacted zinc ferrite, ZnO and Ca$_2$Fe$_2$O$_5$. The phases are distributed mutually without independent phase formation. It could be inferred that when the roasting time was less than 1 h, the reaction between CaO and ZnFe$_2$O$_4$ was not complete. In addition, it can also be seen from Figure 6d that the sizes of ZnO and Ca$_2$Fe$_2$O$_5$ crystals are larger when the calcination time is 2 h than that when the calcination time is 0.5 h and 1h. Compared with the chemical compositions in Tables 2–4, the independent ZnO grains can be observed and the embedded relationship of the main phases in the sample becomes simple. It can be inferred that this structure would be favorable to the subsequent leaching extraction of zinc from the roasted samples. Therefore, to ensure the complete transformation of ZnFe$_2$O$_4$, the roasting time should not be less than 2 h, which is consistent with the XRD results.

Figures 7–9 illustrate the elemental mapping of the roasted products under different roasting durations. Compared with the element’s distribution of the samples, it can be seen that the zinc element migrates to the bright white area gathered (ZnO phase zones), while Ca and Fe elements migrate and accumulate in the dark grey area (Ca$_2$Fe$_2$O$_5$ phase accumulation area). Meanwhile, with the increase of calcination time, the distribution of Zn elements in the bright white area (ZnO phase) becomes denser, while the distribution of Zn elements in the dark grey area (Ca$_2$Fe$_2$O$_5$ phase) becomes sparse. The corresponding distribution of Ca and Fe elements in the dark grey region (Ca$_2$Fe$_2$O$_5$ phase) is more sparse, whereas the distribution of Ca and Fe elements in the dark grey region (Ca$_2$Fe$_2$O$_5$ phase) becomes denser. Under the same condition of calcium oxide ratio and roasting temperature, prolonging the roasting time could promote element migration, which is also verified by energy spectrum analysis results.

Figure 7. Main element distribution of the roasted product with the roasting time of 0.5 h.
Figure 8. Main element distribution of the roasted product with the roasting time of 1 h.

Figure 9. Main element distribution of the roasted product with the roasting time of 2 h.
3.4. Ammonia Leaching of Roasted Samples

As we know, the ammonia leaching method is known to be a powerful method used in hydrometallurgical processes. Many metals can be extracted using the mixture of ammonia/ammonium [34–37]. In this study, ammonia leaching is used to extract the zinc from the calcium roasted zinc ferrite samples and verified the results of phase transformations of zinc ferrite.

The effect of the CaO addition is shown in Figure 10. The zinc leaching rate is only about 63% when the CaO addition is 2.1:1. This can be explained by the incomplete conversion of zinc ferrite. When the lime addition is above 2.4:1, the zinc leaching rate is up to about 90%. This also indicates that the phase transformation of zinc ferrite to zinc oxides is almost obtained during the calcium roasting process.

![Figure 10. Effect of CaO/ZnFe$_2$O$_4$ (mole ratio) on zinc leaching rate.](image)

In this part, the effect of roasting temperature on the zinc leaching rate was studied with the fixed mole ratio of CaO/ZnFe$_2$O$_4$ as 2.4:1. The roasting temperature was from 1220 °C to 1250 °C and the roasting time was 120 min. Figure 11 shows that the zinc leaching rate rises sharply to 90.41% at 1230 °C.

![Figure 11. Effect of roasting temperature on zinc leaching rate.](image)
In this study, the calcium roasting-ammonia leaching process was adopted to extract zinc from zinc ferrite. The spinel-type zinc ferrite could be converted into zinc oxide and dicalcium ferrite by calcium roasting. The residue contains mainly dicalcium ferrite, which can be used in the iron ore sintering process in the steel company. Compared to the additions of sodium carbonate and sulfur in other processes, our proposed process achieved the treatment of zinc-bearing solid waste and the recycling utilization of zinc resources in the company.

4. Conclusions

The extraction of zinc from the zinc ferrite by calcium roasting and ammonia leaching process was studied in this paper. The thermodynamic analysis indicated that the ZnFe$_2$O$_4$ could react with CaO to transform into ZnO and Ca$_2$Fe$_2$O$_5$ within suitable roasting conditions. The suitable mole ratio of CaO addition for the complete transformation of zinc ferrite should be not less than 2.4:1. Prolonging the roasting time is beneficial for the formation of zinc oxide and dicalcium ferrite and the growth of zinc oxides phases. The generated zinc oxide crystals became independent and large with the increase in roasting duration. The ammonia leaching was used to extract the zinc from the calcium roasting zinc ferrite samples and verified the results of phase transformations of zinc ferrite. Under the optimal roasting conditions—a CaO/ZnFe$_2$O$_4$ mole ratio of 2.4:1, a roasting temperature of 1230 °C and a roasting time of 2 h—the zinc leaching rate was up to 90.41%.

Author Contributions: Methodology, Z.X.; software, S.W.; formal analysis, Z.X.; investigation, Z.X.; resources, T.J.; data curation, S.W.; writing—original draft preparation, Z.X.; writing—review and editing, S.W. and Y.G.; visualization, L.Y.; supervision, Y.G. and T.J.; project administration, F.C.; funding acquisition, Y.G. All authors have read and agreed to the published version of the manuscript.

Funding: This research was funded by the National Key Basic Research and Development Program (973 Program grant number 2014CB643403); and the Fundamental Research Funds for the Central Universities of Central South University (grant number 2018zzts221).

Institutional Review Board Statement: Not applicable.

Informed Consent Statement: Not applicable.

Conflicts of Interest: The authors declare no conflict of interest.

References

1. U.S. Geological Survey. Mineral Commodity Summaries. 2021. Available online: https://pubs.usgs.gov/periodicals/mcs2021/mcs2021-zinc.pdf (accessed on 20 April 2022).
2. Wang, J.; Xiao, X. Thermodynamic, Kinetic and Strength Calculation of High Zinc Containing Al-Zn-Mg-Cu Alloys. Crystals 2022, 12, 181. [CrossRef]
3. Ansari, S.A.; Parveen, N.; Al-Othoum, M.A.S.; Ansari, M.O. Development of binder free interconnected 3D flower of NiZn$_2$O$_4$ as an advanced electrode materials for supercapacitor applications. Crystals 2021, 12, 14. [CrossRef]
4. Li, H.; Fu, Y.; Liang, J.; Wang, L.; Yan, H.; Zhao, L. Preparation of Zinc Oxide and Zinc Ferrite from Zinc Hypoxide by Wet Process and Electrochemistry. Crystals 2021, 11, 1133. [CrossRef]
5. Frederickson, C.J. Neurobiology of zinc and zinc-containing neurons. Int. Rev. Neurobiol. 1989, 31, 145–238.
6. Jiang, J.C.; Yang, X.Y.; Zhao, Y.C. Recovery of zinc from EAF dust by alkaline extraction. Adv. Mater. Res. 2010, 113–116, 2299–2304. [CrossRef]
7. Ma, A.; Zhang, L.; Peng, J.; Zheng, X.; Li, S.; Yang, K.; Chen, W. Extraction of zinc from blast furnace dust in ammonia leaching system. Green Process. Synth. 2016, 5, 23–30. [CrossRef]
8. Shawabkeh, R.A. Hydrometallurgical extraction of zinc from Jordanian electric arc furnace dust. Hydrometallurgy 2010, 104, 61–65. [CrossRef]
9. Oustadakis, P.; Tsakiridis, P.E.; Katsiapi, A.; Agatzini-Leonardou, S. Hydrometallurgical process for zinc recovery from electric arc furnace dust (EAFD): Part I: Characterization and leaching by diluted sulphuric acid. J. Hazard. Mater. 2010, 179, 1–7. [CrossRef]
10. Zhang, J.; Dong, J.; Niu, F.; Yang, C. Properties and Kinetics of Selective Zinc Leaching with Choline Chloride and Urea. Minerals 2021, 11, 857. [CrossRef]
11. Jha, M.K.; Kumar, V.; Singh, R. Review of hydrometallurgical recovery of zinc from industrial wastes. Resour. Conserv. Recycl. 2001, 33, 1–22. [CrossRef]
12. Deep, A.; de Carvalho, J.M. Review on the recent developments in the solvent extraction of zinc. Solvent Extr. Ion Exch. 2008, 26, 375–404. [CrossRef]

13. Steer, J.; Grainger, C.; Griffiths, A.; Griffiths, M.; Heinrich, T.; Hopkins, A. Characterisation of BOS steelmaking dust and techniques for reducing zinc contamination. Ironmak. Steelmak. 2014, 41, 61–66. [CrossRef]

14. Miki, T.; Chairaksa-Fujimoto, R.; Maruyama, K.; Nagasaka, T. Hydrometallurgical extraction of zinc from CaO treated EAF dust in ammonium chloride solution. J. Hazard. Mater. 2016, 302, 90–96. [CrossRef] [PubMed]

15. Hillier, T.; Marr, R.; Siebenhofer, M.; Zapfel, W. Solid/liquid extraction of zinc from EAF-dust. Sep. Sci. Technol. 2001, 36, 1323–1333. [CrossRef]

16. Leclerc, N.; Meux, E.; Lectuire, J.-M. Hydrometallurgical extraction of zinc from zinc ferrites. Hydrometallurgy 2003, 70, 175–183. [CrossRef]

17. Langová, Š.; Leško, J.; Matýšek, D. Selective leaching of zinc from zinc ferrite with hydrochloric acid. Hydrometallurgy 2009, 95, 179–182. [CrossRef]

18. Zhao, Y.; Stanforth, R. Extraction of zinc from zinc ferrites by fusion with caustic soda. Miner. Eng. 2000, 13, 1417–1421.

19. Ma, S.; Zhang, Z.; Xing, X.; Xu, S.; Li, X. Kinetic Analysis of Recovering Zinc from Electric Arc Furnace Dust by Vacuum Carbothermic Reduction at 20 Pa. Minerals 2022, 12, 261. [CrossRef]

20. Palimača, P.; Pietrzyk, S.; Stepień, M.; Ciecko, K.; Nejman, I. Zinc recovery from steelmaking dust by hydrometallurgical methods. Metals 2018, 8, 547. [CrossRef]

21. Safarzadeh, M.S.; Bafghi, M.; Moradkhani, D.; Ilkhchi, M.O. A review on hydrometallurgical extraction and recovery of cadmium from various resources. Miner. Eng. 2007, 20, 211–220. [CrossRef]

22. Zhao, Y.; Stanforth, R. Integrated hydrometallurgical process for production of zinc from electric arc furnace dust in alkaline medium. J. Hazard. Mater. 2000, 80, 223–240.

23. Guo, Z.; Li, F.; Zhang, Q.; Su, G.; Chang, J.; Zhou, H. Microwave Roasting Characteristics of Cuprous Chloride Residue from Zinc Hydrometallurgy. Crystals 2022, 12, 116. [CrossRef]

24. Chen, Y.; Teng, W.; Feng, X.; Li, J.; Liu, W.; Ren, S.; Yang, J.; Liu, Q. Efficient extraction and separation of zinc and iron from electric arc furnace dust by roasting with FeSO₄·7H₂O followed by water leaching. Sep. Purif. Technol. 2022, 281, 119936. [CrossRef]

25. Prasetyo, E.; Anderson, C.; Nurjaman, F.; Al Muttaqii, M.; Handoko, A.S.; Bahfie, F.; Mufakhir, F.R. Monosodium glutamate as selective lixiviant for alkaline leaching of zinc and copper from electric arc furnace dust. Metals 2020, 10, 644. [CrossRef]

26. Peng, N.; Peng, B.; Chai, L.; Liu, W.; Li, M.; Yuan, Y.; Yan, H.; Hou, D.-K. Decomposition of zinc ferrite in zinc leaching residue by reduction roasting. Procedia Environ. Sci. 2012, 16, 705–714. [CrossRef]

27. Li, Y.-C.; Zhu, S.-N.; Peng, B.; Min, X.-B.; Liu, H.; Ke, Y. Comprehensive recycling of zinc and iron from smelting waste containing zinc ferrite by oriented transformation with SO₂. J. Clean. Prod. 2020, 263, 121468. [CrossRef]

28. Xie, Z.; Guo, Y.; Jiang, T.; Chen, F.; Yang, L. The Extraction of Zinc from Zinc Ferrite by Calcified-Roasting and Ammonia-Leaching Process; Springer: Cham, Switzerland, 2017; pp. 485–493.

29. China National Standardization Management Committee. GB/T 8151.1-2012, Methods for Chemical Analysis of Zinc Concentrates—Part 1: Determination of Zinc Content-Precipitate Separation—Na₂EDTA Titrimetric Method and Extractive Separation-Na₂EDTA Titrimetric Method; Standard Press of China: Beijing, China, 2012.

30. China National Standardization Management Committee. GB/T 8151.3-2012, Methods for Chemical Analysis of Zinc Concentrates—Part 3: Determination of Zinc Content—Na₂EDTA Titrimetric Method; Standard Press of China: Beijing, China, 2012.

31. Wang, C.; Guo, Y.-F.; Wang, S.; Chen, F.; Tan, Y.-J.; Zheng, F.-Q.; Yang, L.-Z. Characteristics of the reduction behavior of zinc ferrite and ammonia leaching after roasting. Int. J. Miner. Metall. Mater. 2020, 27, 26–36. [CrossRef]

32. Bale, C.; Belisle, E.; Charttrand, P.; Decterov, S.; Eriksson, G.; Gheribi, A.; Hack, K.; Jung, I.-H.; Kang, Y.-B.; Melançon, J. FactSage thermochemical software and databases, 2010–2016. Calphad 2016, 54, 35–53. [CrossRef]

33. Espenson, J.H. Chemical Kinetics and Reaction Mechanisms; Citeseer: University Park, PA, USA, 1995; Volume 102.

34. Feng, L.; Yang, X.; Shen, Q.; Xu, M.; Jin, B. Pelletizing and alkaline leaching of powdery low grade zinc oxide ores. Hydrometallurgy 2007, 89, 305–310. [CrossRef]

35. Wang, R.-X.; Tang, M.-T.; Yang, S.-H.; Zhang, W.-H.; Tang, C.-B.; He, J.; Yang, J.-G. Leaching kinetics of low grade zinc oxide ore in NH₃·NH₄Cl-H₂O system. J. Cent. South Univ. Technol. 2008, 15, 679–683. [CrossRef]

36. Meng, X.; Han, K.N. The principles and applications of ammonia leaching of metals—A review. Miner. Process. Extr. Metallurg. Rev. 1996, 16, 23–61. [CrossRef]

37. Li, H.; Zhao, L.; Wang, L.; Liang, J.; Yan, H.; Liu, J. Leaching Kinetics of Secondary Zinc Oxide in a NH₃·NH₄HCO₃–H₂O System. Crystals 2021, 11, 496. [CrossRef]